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The positions and width of the fitted multiple peaks from a curve to fit Gaussian functions.
Experimental features
The data were determined directly through the experimental results.
Data source location
Department of Physics, Pukyong National University, Busan, Republic of Korea Value of the data 1. The data present the fitting results of the broad excitation spectra of Ca(VO 3 ) 2 :1%Eu and Ca 3 (VO 4 ) 2 :1%Eu using the Gaussian model. 2. The data provides the O/R values using the experimental PL emission results. 3. The data compares the optimized cell parameters for Ca(VO 3 ) 2 : 1%Eu and Ca 3 (VO 4 ) 2 :1%Eu through the CASTEP geometry optimization with their initial cell parameters.
Data
The intensity ratios (R/O) of the 5 D 0 → 7 F 2 transition (red, its intensity is labeled using "R") to the 5 D 0 → 7 F 1 transition (orange, its intensity is labeled using "O") measuring the symmetry of Eu 3 þ are calculated [1, 2] . Figs. 1 and 2 give the PL spectra when the excitation of the Ca(VO 3 ) 2 : 1%Eu powder is at 350 and 400 nm, respectively. Figs. 3 and 4 give the PL when the excitation of the Ca 3 (VO 4 ) 2 : 1%Eu powder is at 335 and 397 nm, respectively. The R/O value is calculated using the experimental results, and the detail data are presented. In the typical PL spectrum of Ca(VO 3 ) 2 :1%Eu when the excitation peak is 350 nm,
In the typical PL spectrum of Ca(VO 3 ) 2 :1%Eu when the excitation peak is 400 nm,
In the typical PL spectrum of Ca 3 (VO 4 ) 2 :1%Eu when the excitation peak is 335 nm, In the typical PL spectrum of Ca 3 (VO 4 ) 2 :1%Eu when the excitation peak is 397 nm,
So,
Figs. 5 and 6 show the typical photoluminescence excitation (PLE) spectra spectrum of Ca (VO 3 ) 2 :1%Eu and Ca 3 (VO 4 ) 2 :1%Eu. They are fitted by Gaussian functions shown in green dot curves. This process is fitted using the Fit-multi peaks of Originpro 8.0 software. In the fitting dialog, the peak type was set as Gaussian and the number of peaks was set as 2. The black lines are the experimental results and red dotted lines indicate excitation spectra fitted with two Gaussian curves (green dotted lines) corresponding to the two excitation bands (350 and 404 nm for Ca(VO 3 ) 2 :1%Eu; 313 and 341 nm for Ca 3 (VO 4 ) 2 :1%Eu).
The data compares the optimized cell parameters for Ca(VO 3 ) 2 : 1%Eu and Ca 3 (VO 4 ) 2 :1%Eu through the CASTEP geometry optimization with their initial cell parameters. Table 1 presents Initial and optimized cell parameters for Ca(VO 3 ) 2 : 1%Eu and Ca 3 (VO 4 ) 2 :1%Eu.
